Epoxidation of Alkenes with Molecular Oxygen Catalyzed by Immobilized Co(acac)$_2$ and Co(bpy)$_2$Cl$_2$ Complexes within Nanoreactors of Al-MCM-41

F. FARZANEH, M. JALALIAN, AND L. TAYEBI

Department of Chemistry, University of Alzahra
P.O. Box 1993891176, Vanak, Tehran, Iran
faezeh_farzaneh@yahoo.com

Received 24 October 2011; Accepted 30 December 2011

Abstract: Cobalt complexes with different ligands such as bipyridine, and acetylacetonate were immobilized within nanoreactors of Al-MCM-41, designated as Co(acac)$_2$/Al-MCM-41 and Co(bpy)$_2^{2+}$/Al-MCM41. The immobilized complexes were characterized by XRD, N$_2$-adsorption desorption, FT-IR and UV-Vis techniques. It was found that Co(bpy)$_2^{2+}$/Al-MCM41 and Co(acac)$_2$/Al-MCM-41 successfully catalyze the oxidation of norbornene, styrene, cis-stilbene, trans-stilbene, and cyclohexene with 68% to 100% conversion and 41% to 90% selectivity toward the corresponding epoxides. No desorption was observed during the course of reactions.

Keywords: Cobalt complexes, Immobilization, Al-MCM-41, Epoxidation, Molecular oxygen.

Introduction

Catalytic oxidation is a key technology for converting petroleum feedstocks to useful chemicals such as alcohols, carbonyl compounds and epoxides. Epoxides are important synthetic intermediates for the synthesis of oxygen containing natural or unnatural compounds$^{1-2}$. Many transition metal complexes such as Co, Ti, Mn, V and Mo have been used as catalyst for high selectivity epoxidation of cyclic olefins$^3$. Cobalt complexes as the efficient oxyfunctionalization catalysts of alkenes and alkanes have been the subject of intense research in the last two decades. Different types of cobalt complexes such as Cobalt (II) Schiff base complexes$^{3,4}$, cobalt(II) porphyrines$^5$ and metallophthalocyanines of cobalt complexes$^6-7$, have been prepared and used for epoxidation reactions. Methods including incorporation of cobalt species within microporous or mesoporous frameworks$^8-9$ and fixation of active cobalt complexes on appropriate supports could provide selective and stable catalysts with facile recovery and recycling$^{10-13}$. Immobilization of Co (salen) and Co perfluorophthalocyanine on MCM-41 and or on modified MCM-41 have been studied for oxidation of alkenes and alkanes$^{14-17}$. 


In this study, attempts have been made to prepare the alkenene epoxidation catalyst via immobilization of bipyridine and acetylacetonate cobalt(II) complexes within Al-MCM-41 as anionic based lattice with positive charge, would be a good candidate for immobilization of different cobalt complexes.

**Experimental**

FT-IR spectra were recorded on a Bruker Tensor 27 FT-IR Spectrometer using KBr pellets. The UV-Vis measurements were performed on a double beam UV-Vis Perkin Elmer Lambda 35 spectrophotometer. X-ray powder diffraction (XRD) data were recorded on a Seifert XRD 3003 PTS diffractometer with Cu kα radiation (λ=1.5406 Å). Nitrogen sorption studies were performed at liquid nitrogen temperature (77 K) using a Quantachrome Nova Win 2, version 2.2. Oxidation products were analyzed by GC and GC-MS using an Agilent 6890 series with FID detector, HP-5, 5% phenylmethylsiloxane capillary and an Agilent 5973 Network, mass selective detector, HP-5 MS6989 Network GC system, respectively. Atomic absorption data obtained by double beam GBC (909).

**Preparation of catalysts**

The Al-MCM-41 (Si/Al=50) was prepared according to previously reported method\(^1\)\(^8\). Co(bpy)\(_2\)Cl\(_2\).3H\(_2\)O and Co(acac)\(_2\) complexes were prepared according to the previously described procedure\(^1\)\(^9\)-\(^1\)\(^\)\(^2\)\(^0\). Al-MCM-41 (0.5 g in 5 mL methanol) was added to the desired complex (0.1 g in 5 mL methanol). The mixture was refluxed for 24 h while stirring. The solid was filtered, washed with hot methanol and the resultant Co(acac)\(_2\)/Al-MCM-41 or Co(bpy)\(_2\)/Al-MCM-41 were dried in air at room temperature. The percentage of cobalt determined by AAS, were 0.15% and 0.49% respectively.

**Catalytic epoxidation, general procedure**

All epoxidation reactions of the alkenes were carried out in a round bottom flask equipped with a magnetic stirrer and a water-cooled condenser under atmospheric pressure. Typically, a mixture of catalyst (0.2 g) and substrate (20 mmol, dissolved in 10 mL CH\(_3\)CN) was added to the reaction flask with slow stirring. After a few minutes, isobutyraldehyde (24 mmol) was added and the mixture refluxed for 12 h under O\(_2\) atmosphere. The solid was then filtered and washed with fresh solvent. The filtrate was subjected to GC and GC mass analysis.

**Results and Discussion**

**Spectral characteristics**

The XRD patterns of calcined Al-MCM-41, Co(acac)\(_2\)/Al-MCM-41 and Co(bpy)\(_2\) complex/Al-MCM-41 are shown in Figure 1. The XRD pattern of Al-MCM-41 was consistent with that reported before\(^1\)\(^8\). As seen, the peaks d\(_{100}\) of Co(acac)\(_2\)/Al-MCM-41 and Co(bpy)\(_2\) complex/Al-MCM-41 shift to higher angles with lower intensities. These changes indicate that the pore surface silanol groups of Al-MCM-41 have reacted with Co(acac)\(_2\) and Co(bpy) Cl\(_2\)^2\(^1\)-\(^2\(^2\)\(^1\).
Epoxidation of Alkenes With Molecular Oxygen Catalyzed

Figure 1. XRD patterns of (a) Al-MCM-41, (b) Co(acac)$_2$/Al-MCM-41 and (c) Co(bpy)$_2^{2+}$/Al-MCM-41.

The nitrogen adsorption-desorption isotherm plots of Al-MCM-41, Co(acac)$_2$/Al-MCM-41 and Co(bpy)$_2^{2+}$/Al-MCM-41 (Figure 2) are consistent with mesoporous alumina (type IV). The type IV isotherm indicates that at low pressure P/P$_0$, adsorption take places as a thin layer on the walls (monolayer coverage). In addition, the height of inflection in nitrogen adsorption isotherm plots of Co(acac)$_2$/Al-MCM-41 and Co(bpy)$_2^{2+}$/Al-MCM-41 are smaller than that of Al-MCM-41. It is attributed to the reduced surface area from 1343 to 1247 and 1279 m$^2$/g respectively (Table 1). Thus, it can be concluded that the complexes are included into the Al-MCM-41 pores$^{23}$.

Figure 2. Nitrogen adsorption-desorption isotherms: (a) Al-MCM-41, (b) Co(acac)$_2$/Al-MCM-41 and (c) Co(bpy)$_2^{2+}$/Al-MCM-41.
Optimization of the epoxidation reaction times were carried out in the presence of 0.1 g of the cobalt complex/Al-MCM-41 as catalyst using trans-stilbene as the representing substrate. The results are presented in Figure 3. As seen, trans-stilbene is mostly oxidized during 8 h, beyond which no further oxidation occurs during the next 4 h.

Since the epoxidation of alkenes by \( \text{O}_2 \) is an important research direction, we described to examine this reaction with the combination \( \text{O}_2 \) and isobutyraldehyde as oxidant and co-reductant in the presence of \( \text{Co(acac)}_2 \)/Al-MCM-41 and \( \text{Co(bpy)}_2^{2+} \)/Al-MCM-41 as catalysts. Identification of the products was carried out by comparison of product mass patterns with those of the authentic samples.

### Table 1. Texture parameters samples taken from XRD and nitrogen adsorption studies.

| Sample          | \( d_{100}(\text{Å}) \) | \( a_0(\text{Å}) \) | \( S_{\text{BET}} \), \( \text{m}^2/\text{g} \) | \( V_{\text{BET}}, \text{mL/g} \) | \( D_{\text{BJH}}(\text{Å}) \) |
|-----------------|-------------------------|----------------------|---------------------------------|---------------------------------|-------------------------|
| Al-MCM-41       | 38.4                    | 44.3                 | 1343                            | 0.9                             | 22.3                    |
| \( \text{Co(acac)}_2 \)/Al-MCM-41 | 35.32                  | 40.78                | 1247                            | 0.81                            | 21.21                   |
| \( \text{Co(bpy)}_2^{2+} \)/Al-MCM-41 | 35.85                  | 41.39                | 1279                            | 0.82                            | 20.89                   |

*\( a_0 \): Lattice parameter, \( V_{\text{BET}} \): pore volume, \( S_{\text{BET}} \): surface area, \( D_{\text{BJH}} \): average pore diameter.

The FT-IR spectra of Al-MCM-41, \( \text{Co(acac)}_2 \)/Al-MCM-41 and \( \text{Co(bpy)}_2^{2+} \)/Al-MCM-41 are given in Table 2. The broad band appearing at 3500 to 3400 cm\(^{-1}\) may be attributed to the surface Si-OH, Al-OH and –OH groups of adsorbed water. The bands at 1100 and 967 to 950 cm\(^{-1}\) are due to the asymmetric and symmetric stretching vibrations of Si-O-Si and Si-O-Al bridges respectively\(^{14,18,24}\). The stretching frequency of the C=O and C=N groups of the immobilized \( \text{Co(acac)}_2 \) and \( \text{Co(bpy)}_2 \) complexes within the Al-MCM-41 appear at 1591 and 1631 cm\(^{-1}\) respectively\(^{26,27}\). Some of the complexes vibrations could not be observed probably because it is masked by strong and broad Si-O-Si band position in the region of 1390-900 cm\(^{-1}\). The observation of three new bands in the C-H stretching vibrations range at 2960, 2932 and 2857 cm\(^{-1}\), consistent with C-H of the free \( \text{Co(acac)}_2 \) complex bands suited at 3000, 2971 and 2923 cm\(^{-1}\) suggest that the \( \text{Co(acac)}_2 \) complex is immobilized in the support. The same results are observed for immobilized \( \text{Co(bpy)}_2 \text{Cl}_2 \) complex.

### Table 2. FT-IR band assignments in wavenumbers (cm\(^{-1}\)) obtained for Al-MCM-41 and immobilized cobalt complexes within the nanoreactors of Al-MCM-41.

| Catalyst          | \( \nu_{\text{OH}} \) (Si-OH) | \( \nu_{\text{CH}} \) (CH\(_2\)) | \( \nu_{\text{CO or CN}} \) | \( \nu_{as} \) (Si-OSi) | \( \nu_{sy} \) (Si-OSi) |
|-------------------|-------------------------------|---------------------------------|-----------------|------------------|------------------|
| Al-MCM-41         | 3427                          | -                               | -               | 1074-957         | 805              |
| \( \text{Co(acac)}_2 \)/Al-MCM-41 | 3445                  | 3254-2993                      | 1523-1591       | 1074-957         | 799              |
| \( \text{Co(bpy)}_2^{2+} \)/Al-MCM-41 | 3421                  | 3300-3050                      | 1631            | 1080-953         | 812              |

**Epoxidation of alkenes catalyzed by Cobalt complexes/Al-MCM-41**

Optimization of the epoxidation reaction times were carried out in the presence of 0.1 g of the cobalt complex/Al-MCM-41 as catalyst using trans-stilbene as the representing substrate. The results are presented in Figure 3. As seen, trans-stilbene is mostly oxidized during 8 h, beyond which no further oxidation occurs during the next 4 h.
Figure 3. The effect of time on epoxidation of trans–stilbene using cobalt (acac)$_2$/Al-MCM-41 as catalyst.

As seen in Table 3, the oxidation reactions of norbornene, styrene, cis-stilbene, trans-stilbene, cyclohexene have proceeded with 68% to 100% conversion and 90% to 41% selectivity toward the corresponding epoxides using Co(acac)$_2$/Al-MCM-41 as catalyst. The oxidation result carried out in the presence of Co(bipy)$_2^{2+}$/Al-MCM-41 as catalyst are given in Table 4.

Table 3. Epoxidation results of some olefins with molecular oxygen in the presence of Co(acac)$_2$/Al-MCM-41 as catalyst.

| Substrate      | Conversion, % | Epoxide, % | TON   |
|----------------|---------------|------------|-------|
| trans-stilbene | 99            | 80         | 60    |
| cis-stilbene   | 99            | 79$^b$     | 60    |
| styrene        | 93            | 41$^c$     | 1120  |
| cyclohexene    | 100           | 61$^d$     | 1204  |
| norbornene     | 90            | 90         | 819   |

$^a$mmol of product(s) per mmol of complex per h, $^b$trans (79%), $^c$benzaldehyde as the side product was formed, $^d$a mixture of 2-cyclohexene-1-ol and 2-cyclohexene-1-one was formed as the side products.

The last worthwhile point to be emphasized is the highly heterogeneous character of the cobalt complex/Al-MCM-41 catalysts used in this work. Experimental evidence ruled out the effect of the participation of any active species, leached from the solid catalysts in the epoxidation reactions. Oxidation reactions of trans-stilbene under the effect of the recovered Co(acac)$_2$/Al-MCM-41 and Al-MCM-41 void of complexes as catalysts were found to proceed with 85% and 5% conversion toward the corresponding epoxide.
Table 4. Epoxidation results of some olefins with molecular oxygen in the presence of Co(bipy)$_2^{2+}$/Al-MCM-41 as catalys.

| Substrate       | Conversion, % | Epoxide, % | TON$^a$ |
|-----------------|--------------|------------|---------|
| trans-stilbene  | 87           | 70         | 171     |
| cis-stilbene    | 97           | 73$^b$     | 173     |
| styrene         | 94           | 58$^c$     | 3686    |
| cyclohexene     | 100          | 79$^d$     | 3921    |
| norbornene      | 68           | 97         | 2666    |

$^a$mmol of product(s) per mmol of complex per h, $^b$a mixture of trans (73%) and cis (27%) was formed, $^c$benzaldehyde as the side product was formed, $^d$a mixture of 2-cyclohexene-1-ol and 2-cyclohexene-1-one and 1,2 cyclohexanediol were formed as the side products.

We believe that epoxidation mechanism under our catalysis system is similar to that studied by Nam et al.$^{26}$ for the epoxidation of olefins using cobalt(II) porphyrins or cobalt (II) cyclams complexes as catalysts (Scheme 1). As seen in Scheme 1, path a, isopropylacyl radical generated in situ via electron transfer from aldehyde to L$_n$Co$^{2+}$ affords the corresponding peroxy radical in reaction with O$_2$. Subsequent addition of this radical to alkenes such as stilbene, styrene, cyclohexene and norbornene followed by back electron transfer from complex radical anion to peroxy radical intermediates regenerates the catalyst with the formation of the corresponding epoxide and isobutyric acid. Several points need to be elaborated with respect to the results depicted in Tables 3 and 4:

(a): Either cis or trans-stilbene affords the corresponding trans-epoxide. This seems to be due to the higher thermodynamic stability of trans–epoxide in which the phenyl groups are located anti with respect to each other.

(b): Oxidation of styrene gives a mixture of styrene epoxide and benzaldehyde. As depicted in Scheme 1, path b, styrene epoxide seems to have partly undergone further oxidation to benzaldehyde as the main byproduct. Such process has been observed previously by us and others.$^{27-28}$

(c): Since cyclohexene contains active allylic hydrogens, there seem to be a competition reaction available to it, in which it behaves as an acyl radical scavenger, regenerating the isopropyl aldehyde by hydrogen atom transfer. The in situ generated cyclohexene radical in turn in reaction with O$_2$ affords 2-cyclohexene-1-ol and 2-cyclohexene-1-one as the byproducts (Scheme 1, path c).

(d): Although norbornene contains allylic hydrogens, it cannot have a competition reaction similar to cyclohexene, due to the formation of a highly unstable bridgehead radical intermediate (Scheme 1, path d)$^{29}$. Therefore, norbornene epoxidion proceeds conclusively, affording the corresponding epoxide in 90 to 97% yields (Tables 3 and 4).
Conclusion

It was found that the Al-MCM-41 mesoporous molecular sieve is a suitable support for immobilization of cobalt complexes with bipyridine and acetylactonate ligands. Oxidation of cis-stilbene, trans-stilbene, styrene, cyclohexene and norbornene were carried out under mild conditions in the presence of co(acac)$_2$/Al-MCM-41 and Co(bpy)$_2^{2+}$/Al-MCM-41 as catalysts with O$_2$ and isobutyraldehyde with moderate to high activity and selectivity towards the formation of the corresponding epoxides. In contrast, cyclohexene underwent allylic oxidation to afford 2-cyclohexene-1-ol and 2-cyclohexene-1-one. No desorption was observed during the course of reactions.

References

1. Jorgenson K A, *Chem Rev.*, 1989, 89, 431-458.
2. Punniyamurthy T, Velusamy S and Igbal J, *Chem Rev.*, 2005, 105, 2329-2363.
3. Kervinen K, korpi H, Leskela M and Repo T, *J Mol Catal A Chem.*, 2003, 203, 9-19.
4. Reddy M M, Punniyamurthy T and Igbal J Tetrahedron Lett., 1995, 36, 159-162.
5. Nino M E, Giraldo S A and Paz-Mozo E A, *J Mol Catal A Chem*, 2001, 175, 139-151.
6. Karandikar P, Aghashe M, Vijaymohan K and Chandwadkar AJ, *J Appl Catal A Gen*, 2004, 257, 133-143.
7. Sorokin A B, Mangematin S and Pergrale C, *J Mol Catal A Chem*, 2002, 182-183, 267-281.
8. Robles-Dutenhefner P A, daSilva Rocha K A, Sousa E M B and Gusevskaya E V, *J Catal*, 2009, 265, 72-79.
9. Qi B, Lu X H, Fang S Y, Lei J, Dong Y L, Zhou D and Xia Q H, *J Mol Catal A Chem.*, 2011, 334, 44-51.
10. Luo Y and Lin J, *Catal Today*, 2009, 141, 61-65.
11. Sujandi, Han S C, Han D S, Jin M J and Park S E, *J Catal.*, 2006, 243, 410-419.
12. Costa A A, Ghesti G F, de Macedo a J L, Braga V S, Santos M M, Dias, Silvia J A and Dias C L, *J Mol Catal A Chem.*, 2008, 282, 149-157.
13. Opre Z, Mallat T and Baiker A, *J Catal.*, 2007, 245, 482-486.
14. Armengol E, Corma A, Fornes V, Garcia H and Perimo J, *Appl Catal A Gen.*, 1999, 181, 305-312.
15. Karakandikar P, Dhanya KC, Deshpande S, Chandwadkar A J, Sirasanker S and Aghashe M, *Catal Commun.*, 2004, 5, 69-74.
16. Kresge C T, Leonowicz M E, Roth W J, Vartuli J C and Beck J S, Nature, 1992, 359, 710.
17. De Vos D E, Dams M, Sels B F and Jacobs P A, Chem Rev., 2002, 102, 3615-3640.
18. Zanjanchi M A and Asgari S H, Solid State Ionics., 2004, 171, 277-282.
19. Van der Maas H J H, US 4 337 210, 1982.
20. Kumar K A, Amuthaselvi M and Dayalan A, Acta Cryst., 2011, E67, m468.
21. Masteri-Farahani M, Farzaneh F and Ghandi M, Catal Commun., 2007, 8, 6-10.
22. Fernandes T A, Nunes C D, Vaz P D, Calhorda M J, Brandao P, Rocha J, Goncalves I S, Valente A A, Ferreira L P, Godinho M and Ferreira P, Micropor Mesopor Mater., 2008, 112, 14-25.
23. Lynch J, Physicochemical Analysis of Industrial Catalysts, Technip Ed., Paris, 2001
24. Gnatyuka I, Gavrilkoa T, Puchkovskaa G, Chashechnikovaa I, Baranb J and Ratajczakb H, J Mol Struct 2002, 614, 233-242.
25. Eimer G A, Pierella L B, Monti G A and Anunziata O A, Catal Let., 2002, 78, 65-75.
26. Num W, Kim H J, Kim S H, Ho R Y N and Valentine J S, Inorg Chem., 1996, 35, 1045-1049.
27. Hulea V and Dumitriu E, Appl Catal A Gen., 2004, 277, 99-106.
28. Farzaneh F, Taghavi J, Malakooti R and Ghandi M, J Mol Catal A Chem., 2006, 244, 252-257.
29. March J, Advanced Organic Chemistry, 3rd Ed., P.616, John Wiley & Sons. New York, 1985.
